SMOULDERING AND CONTINUOUS GLOWING

Smouldering and continuous glowing are slow internal combustion processes that can lead to fires breaking out some distance and time away from the original source of ignition.

There is no evidence that PU insulation smoulders or shows continuous glowing. For this to occur an open porous material is necessary, which is not the case for PU insulation, but it is for many natural and synthetic materials, e.g. wood shavings, cotton, wool, etc. or a number of mineral wool products.

Until now, the Euroclass system does not consider the smouldering or continuous glowing potential of a product, but developments are underway. They will become a criterion in the reaction to fire classification because of a special request of some national regulators. A new test is in development. Some countries, e.g. Germany and Austria, consider this criterion relevant for fire safety. EU Member states are allowed to require additional national tests and rules for CE marked products as long as there is no EU harmonised solution. PU insulation products do not need to be tested in the current national tests as they are considered “deemed to satisfy”. In reality, no incidents involving PU have been observed.

SMOKE AND SMOKE TOXICITY

Smoke is an additional classification to each of the fire classes A2 to D in the Euroclassification system for reaction to fire. PU insulation products with CE mark carry a fire and a smoke class (see Reaction to fire classification in the chapter European fire standards and national legislation). PU insulation products meet the smoke requirements set by regulations for the applications they are used in.

In addition, it has been possible to obtain wider approvals on the basis of FSE. Some examples are published [1], however, since then more approvals have been achieved.

Smoke toxicity is not part of the Euroclassification system, but it was part of the FSE assessments for special approvals, mentioned in the above paragraph (see also section: Fire safety in buildings).

There can be some further national limited smoke
toxicity requirements. In Germany, non-combustible products for escape ways were, because of the nature of this application, subject to toxicity testing, as long as they were classified according to the national standard DIN 4102. With the introduction of the European classifications according to EN 13501 this requirement disappears, because authorities have accepted that, with a very strict limitation of contribution to fire and smoke development, also the risk caused by toxic combustion gases is very limited. In France, there is a smoke toxicity requirement for combustible insulation that is applied to the internal wall or ceiling without thermal barrier in publicly accessible buildings. PIR insulation behind a steel lining has obtained approvals in wall and in ceiling applications.

PERFORMANCE IN APPLICATION-RELATED TESTS

COMBUSTIBILITY BEHAVIOUR OF PU (PUR/PIR) INSULATION

Structures insulated with PU products show excellent fire performance in real fire scenarios due to their thermosetting character and high thermal stability. PU insulation does not melt or drip when heated. The char emerging on the surface of the insulation protects the core from decomposition, so the integrity of the structure is maintained for a long time even if heavily attacked by the fire. Structures insulated with PU insulation can perform better than or give performance equivalent to structures insulated with other mainstream insulation materials.

Although PUR can perform well in a fire, PIR insulation products offer reduced combustibility, greater working temperature ranges, increased char formation and increased heat stability, and are therefore generally
EXAMPLE 1: FAÇADE FIRE TEST ON PU EXTERNAL THERMAL INSULATION COMPOSITE SYSTEM (ETICS) [2]

An ETICS system was tested in accordance with the German standard, prDIN 4102-20 ‘Besonderer Nachweis für das Brandverhalten von Außenwandbekleidungen’. prDIN 4102-20 forms the basis for a proposed harmonised CEN procedure.

EXECUTION OF TESTS:
FMPA Leipzig (Germany)

The test façade was arranged in a corner configuration with an opening (simulating a window) at the bottom. The flames from a wooden crib located in the opening attacked the cladding of the façade. A crib of 25 kg was used as fire load.

Temperature measurements were carried out at the surface and behind the rendering and within the PUR boards in different levels of height of the façade. The test and observation time was a total of 60 minutes.

After ignition of the wooden crib the flames impinged on the surface of the PU ETICS system. The wooden crib was almost totally consumed after 14 minutes. However, further fire exposure was generated by the burning wooden window frame and the burning rolling shutter box. After 50 minutes the fire had extinguished totally and all flaming stopped by self-extinguishment.

The temperatures reached 1 000 °C in the opening and even 800-600 °C between 1 m to 3 m above the opening. At the 4-5 m level the temperatures decreased to 200 °C, which corresponded to the maximum observed flame height which reached almost to the top of the façade at 5 m level. However, the measured temperatures within the PU foam (75 mm to 150 mm from the outside surface) remained quite low and did not exceed 25 °C to 60 °C compared to the temperatures at...
the outside surface of 600 °C to 800 °C.

After the test the rendering was removed from the PU. No breaking of the rendering had occurred. The foam was only discoloured and partially destroyed within the surface layer and in a limited area, where the temperature from the fire exposure exceeded 200 °C. There was no spread of fire within the PU itself or outside the region of direct flame exposure.

DISCUSSION OF RESULTS:
The fire exposure was increased by the installation of a wooden window frame and a combustible rolling shutter box. Despite this increased fire loading, the PU ETICS façade showed very limited response to the fire exposure and then only where a high enough flame temperature occurred. No further flame spread was initiated by the PU rigid foam itself. All the flaming stopped by self-extinguishment.

MORE DETAILS:
EXAMPLE 2: ASSESSMENT OF THE FIRE BEHAVIOUR OF INSULATED STEEL DECK FLAT ROOFS

Europe has no harmonised test standard designed to simulate the performance of an insulated steel deck flat roof above a developing internal fire, neither for regulatory nor insurance purposes.

A test programme was therefore initiated with the objective of developing a small room scale test method for this purpose.

In order to use the test method as a basis for a classification system for steel deck flat roof assemblies insulated with different insulation materials, clear pass/fail criteria were developed.

EXECUTION OF TESTS:
SP (Sweden)

Test Configuration
The geometry of the test apparatus is the same as for the room corner test. The floors and walls are made of lightweight concrete, while the roof is constructed and tested simulating the end-use application (Figure 2).
The complete roof assembly was mounted in a closed frame on top of the test room. The frame is set at a slope of 2%, with the lower side above the back wall. The channels in the steel deck are laid parallel to the length of the building. The thickness of insulation material is varied according to its declared thermal conductivity so as to achieve the same R-value.

**DISCUSSION OF RESULTS:**
The research programme demonstrated the repeatability of results, which makes it suitable for the assessment of the full-scale fire behaviour of steel deck flat roof assemblies.

The results obtained with the non-combustible fibrous product and PIR insulation show acceptable performance. Flashover is not observed, the temperature on the outside of the insulation stayed well below 200 °C and there was no venting. The insulation remained in place over the entire roof. PIR insulation gave some contribution to the rate of heat release while the non-combustible fibrous product showed some onset of glowing after the test. Some other insulation products failed.

The PIR insulation product used in the tests also achieves FM 4450 class I. This is an indication of a promising correlation between this test method and FM 4450.

**MORE DETAILS:**
EXAMPLE 3: FIRE RESISTANCE TEST ACCORDING TO EN1365-2 OF A PITCHED ROOF INSULATED FOR PU BOARDS

A pitched roof structure insulated with PU insulation was tested in accordance with the European Standard EN 1365-2: 1999 (Fire resistance tests for load bearing elements, Part 2: floors, roofs).

The tested assembly consisted of rafters, 19 mm thick tongue and groove timber boards above the rafters, bituminous felt, 100 mm PU insulation boards covered with 22 mm oriented strand board (OSB).

EXECUTION OF TESTS:

FMPA Leipzig (Germany)

Observations during the test:

- 21 minutes after the start of the test, the timber boarding burned through and the PU insulation boards were exposed to the fire.
- Only after 37 minutes a slight increase in temperature was observed on the upper surface of the test rig but the limiting temperature rise of 180 K was never reached during the duration of the test.
- After 41 minutes some smoke was released through a joint but the structure was still not visibly damaged.
- In the 46th minute the test had to be stopped to prevent the structure from collapsing because the
rafters had been weakened by the fire.

- At the end of the test, the PU insulation boards were partially charred but had prevented the fire from reaching the upper layers of the test rig.

**DISCUSSION OF RESULTS:**
The roof structure was classified REI 45. This means that three critical criteria were met for a minimum of 45 minutes: stability or mechanical resistance (R), room enclosure (E) and thermal insulation (I). Pitched roof constructions containing non-combustible non-cellular insulation materials hold REI 30 and REI 45 certification. Pitched roof constructions containing PU insulation boards can therefore demonstrate equivalent performance to, or better performance than, similar constructions containing non-combustible non-cellular insulation materials.

**MORE DETAILS:**
PU Europe factsheet: *The primacy of fire resistance as demonstrated by the behaviour of different insulation materials in pitched roofs and timber frame walls*. [http://www.pu-europe.eu/site/fileadmin/Factsheets_public/Factsheet_1_Fire_resistance_of_different_insulation_materials_in_pitched_roofs_and_timber_frame_walls.pdf](http://www.pu-europe.eu/site/fileadmin/Factsheets_public/Factsheet_1_Fire_resistance_of_different_insulation_materials_in_pitched_roofs_and_timber_frame_walls.pdf)

This test was conducted with a view to comparing typical timber frame closed panel systems using PU and mineral wool with EN 1365-1 (Fire resistance tests for load-bearing elements (Walls)). The build-ups were agreed with the UKTFA (UK Timber Frame Association) and Exova (Warrington Fire UK) and used exactly the same materials and fixings. The internal exposed (to fire) face was covered by a 12.5 mm standard gypsum wallboard. For the unexposed face cladding, a 11 mm OSB (Orientated Strand Board) was used. Both build-ups used C16 grade softwood 140x38 mm studs (at 600 mm ctrs), headbinder and soleplate. The insulation was fitted between the studs.

- (Test 1) 140 mm Frametherm Slab 35 (mineral wool)
- (Test 2) 80 mm foil faced PIR

Both tests were loaded to 11 kN per metre.

Execution of Tests:
Exova (Warrington Fire UK): WF Report N° 306703

Test 1 (140 mm FrameTherm 35 Mineral Wool)
The load-bearing capacity was maintained for 32 minutes (test stopped at 32 minutes). The insulation lost its integrity after 31 minutes.

Test 2 (80 mm foil faced PIR)
The load-bearing capacity was maintained for 39 minutes (test stopped at 39 minutes). The insulation lost its integrity after 38 minutes.
DISCUSSION OF RESULTS:
All external timber frame walls in the UK require a minimum of 30 minutes fire resistance. The mineral wool build-up (T1) achieved 32 minutes and met this requirement. Test 2 (PIR build-up) used the same materials, same fixings, same U-value (0.27) with 60% of the insulation thickness thanks to a lower thermal conductivity. With 39 minutes, the level of fire resistance was approximately the same and the regulatory requirements were also clearly met.

MORE DETAILS: